Mechanism of HF condensive complex plasma modification of polyurethane membrane coatings in the air environment

O V Vishnevskaya¹, E F Voznesensky¹, R G Ibragimov¹, V V Vishnevsky¹, Yu V Kharapudko¹, V V Vishnevsky¹, V A Sysoev¹ and N V Tihonova²

¹ Department of Plasma Technology and Nanotechnology of High Molecular Weight Materials, Kazan National Research Technological University, Kazan, 420015, Russia
² Department of Designing clothes and shoes, Kazan National Research Technological University, Kazan, 420015, Russia

olesya-zef@yandex.ru

Abstract. The mechanism of the high frequency condensive complex plasma modification of polyurethane membrane coatings in air is investigated. The study revealed that after plasma modification in air, oxidation and hydrolysis of polyurethane membrane coatings occurs, which is expressed in an increase in the intensity of absorption bands corresponding to primary OH groups in the range of wave numbers 1005–1070 cm⁻¹, 1310 cm⁻¹ and 1420 cm⁻¹, as well as in partial destruction of polyurethane chains with the formation of urea groups, which corresponds to the vibrations of CO-groups in the range of wave numbers 1590–1690 cm⁻¹.

1. Introduction

Due to the development and improvement of technologies in the textile and light industry, fabrics with a membrane coating have become widespread among consumers.

In the modern sense, "membrane" is either the thinnest film that is laminated (welded or glued using a special technology) to the fabric, or a coating applied in a liquid form to the fabric in the hot way [1]. On the inside, the membrane can be protected by another layer of fabric. From the outside, the material is waterproof, but if there is a difference in the partial pressure of water vapor under clothing and outside, the body evaporates. Thus, the use of new polymer compositions and improvement of coating compositions led to the creation of fabrics that have high protective and improved hygienic and operational properties, which contributes to the production of high-quality and comfortable products for workwear, tourism and outdoor activities.

Despite the uniqueness and versatility of membrane tissues, there is a number of disadvantages, such as low vapor permeability of non-porous membrane coatings, low strength and high cost of porous coatings. In this paper, we study membrane tissues with a non-porous membrane coating, due to the fact that they are widespread among the largest domestic manufacturers of textiles for special clothing. To eliminate the disadvantages associated with reduced hygienic properties, the HF condensive complex plasma modification was applied in air, which made it possible to improve these
properties [2–5]. In this work, the mechanism of the HF CCP modification of non-porous membrane coatings in air is investigated.

2. Materials, methods and equipment
The object of the study was a polyurethane (PU) membrane coating Climate 3 applied to fabric art. 80304 Climate 150 RS (100% polyether) with oil-water-repellent impregnation produced by Ltd. «TK Tchaikovsky Textil», Tchaikovsky city.

The modification was carried out in an experimental-industrial high frequency condensive plasma unit [6]. The modes of plasma modification were regulated by varying the parameters: plasma-forming gas consumption (G) 35 g/s, power (W_p) 1–1.5 kW, working pressure in the discharge chamber (P) 21–27 Pa; generator frequency (f) 13.56 MHz, processing time (τ) 5–20 min. Air was used as a plasma gas.

Changes in the chemical composition of PU coatings after plasma modification in air were studied by IR Fourier spectroscopy on an FSM-II 1202 spectrometer with the addition of multiple impaired total internal reflection (multiple violation of total internal reflection): in the range of wave numbers 650-4000 cm⁻¹.

3. Results
IR spectra of the control and modified samples of PU membrane coatings Climate 3 are presented in Fig. 1.

![Figure 1. IR spectra of the control and modified PU coating Climate 3 (HF-plasma modification mode: W_p = 1.5 kW, P = 22 Pa, τ = 15 min, G = 35 g/s, plasma-forming gas - air)](image)

The spectra of PU membrane coatings of the control and modified samples (Figure 1) demonstrate characteristic absorption bands for PU compounds [7–11]:
- absorption bands corresponding to the vibrations of the primary OH groups in the range of 1005–1070 cm⁻¹ (in this case they appear due to the plasma treatment destruction);
- absorption band corresponding to asymmetric stretching vibrations of ether groups in PU in the range of 1210 cm⁻¹;
- absorption bands corresponding to planar deformation vibrations of OH groups superimposed on fan vibrations of CH groups in the range of 1310 cm⁻¹ and 1420 cm⁻¹;
- absorption bands corresponding to the deformation vibrations of the N–H– urethane groups, manifesting themselves in the range of 1524–1526 cm⁻¹;
- absorption band characteristic of the C=O groups in carbamide groups in the range of 1524–1526 cm⁻¹;
- absorption bands corresponding to the C=O stretching vibrations of urethane groups, manifesting themselves in the range of 1700–1740 cm⁻¹;
- absorption bands corresponding to C–H stretching vibrations in methylene groups in the range of 2858–2924 cm\(^{-1}\);
- absorption bands corresponding to –NH- vibrations in amides in the range of 3300–3350 cm\(^{-1}\).

Based on the results obtained by IR spectroscopy, it can be assumed that the mechanism of the HF CCP modification of PU membrane coatings in air lays in the following:
- destruction of intermolecular hydrogen bonds of the surface layer of the membrane with the release of hydrogen-containing functional groups, such as NH or NH\(_2\) groups with the subsequent formation of amine salts [12], which is reflected in an increase in the intensity of the absorption bands in the range of 2858–2924 cm\(^{-1}\), as well as partial destruction of intramolecular bonds with the release of urethane groups, which corresponds to an increase in the intensity of the absorption bands in the range of 1524–1526 cm\(^{-1}\);
- oxidation, which is reflected in an increase in the intensity of absorption bands corresponding to the primary OH groups in the range of wave numbers 1005–1070 cm\(^{-1}\), 1310 cm\(^{-1}\) and 1420 cm\(^{-1}\) and which are accompanied by the following processes:

![Diagram](image)

- the formation of free active radicals

![Diagram](image)

- hydrolysis of a thin surface layer of the membrane, consisting in partial destruction of PU chains with the formation of carbamide groups, which corresponds to vibrations of CO-groups in the range of wave numbers 1590–1690 cm\(^{-1}\). Presumably, the following processes occur:

![Diagram](image)

4. Conclusions
Thus, it has been established that the HF condensive complex plasma modification in air leads to partial oxidation and hydrolysis of PU membrane coatings, which is expressed in an increase in the intensity of absorption bands corresponding to primary OH groups, in partial destruction of PU chains with the formation of carbamide groups, destruction of intermolecular hydrogen bonds of the surface layer of the membrane with the release of hydrogen-containing functional groups, such as NH or NH\(_2\) groups, followed by the formation of amine salts and partial destruction of intramolecular bonds with the release of urethane groups.
Acknowledgments

Authors thank professor I. Sh. Abdullin for help in discussing the results of work.

References

[1] Meteleva O V, Pokrovskaya E P 2013 Novaya tehnologiya povysheniya zashchitnyh svojstv odevshy dlya turizma i aktivnogo otdyha [New technology to improve the protective properties of clothing for tourism and recreation]. Moscow (Servis v Rossii i za rubezhom vol 1 (39)) pp. 86-96 (In Russian)

[2] Abdullin I Sh, Ibragimov R G, Nefediev E S, Zaitseva O V, Vishnevsky V V, Osipov N V 2014 Regulirovanie ehkspluatacionnyh svojstv tkanej s membrannym pokrytium [Regulation of the performance properties of fabrics with membrane coating]. Kazan (Vestnik tekhnologicheskogo universiteta vol 12) pp. 34-36 (In Russian)

[3] Abdullin I Sh, Ibragimov R G, Vishnevskaya O V, Vishnevsky V V, Osipov N V, Gorelisheva V E 2016 Issledovanie izmeneniya svojstv poverkhnosti dvukhslonnykh membrannykh materialov posle plazmennoy obrabotki [Investigation of changes in surface properties of two-layer membrane materials after plasma treatment]. Kazan (Vestnik tekhnologicheskogo universiteta vol 8) pp. 75-78 (In Russian)

[4] Vishnevskaya O V 2017 Plazmennaya modifikaciya tekstil'nyh materialov s membrannym pokrytiem [Plasma modification of textile materials with membrane coating]. Saint Petersburg (Izvestiya vysshikh uchebnyh zavedenij. Tekhnologiya legkoj promyshlennosti vol 4) pp. 63-66 (In Russian)

[5] Voznesensky E F, Ibragimov R G, Vishnevskaya O V, Sisoev V A, Lutfullina G G, Tihonova N V 2017 [Influence of plasma modification on hygienic properties of textile fabrics with nonporous membrane coating] (Journal of Physics: Conference Series vol. 927). pp. 1-4

[6] Abdullin I Sh, Zheltuhin V S, Kashapov N F 2000 Vysokochastotnaya plazmenno–strujnaya obrabotka materialov pri ponizhennyh davleniyah. Teoriya i praktika primeneniya [Radio-frequency plasma-jet treatment of materials at low pressures. Theory and practice of application] Kazan (Izdatel'stvo Kazanskogo universiteta) 348 p. (In Russian)

[7] Balakin V M, Galliam A A, Garifullin D Sh, Abdullina K D 2013 Fosforsoderzhashchie antipireny diya dresvesny na osnove produktov aminoliza poliuretanov [Phosphorus-containing flame retardants for wood based on polyurethane aminolysis products]. Taganrog (Izvestiya YUFU. Tekhnicheskie nauki vol 8) pp. 98-105 (In Russian)

[8] Malinovskaya T D, Melentyev S V, Volokitin O G 2014 Tekhnologiya i svojstva tolstoplennych materialov na osnove poliuretana [Technology and properties of thick-film materials based on polyurethane]. Tomsk (Izdatel'stvo Tomsk) pp. 201-205 (In Russian)

[9] Liu F Ch, Hao Y Sh, Wang Zh Y, Shi H W, Han E H, Ke W 2010 [Flaking and degradation of polyurethane coatings after 2 years of outdoor exposure in Lhasa]. China (Chinese Science Bulletin vol 55) pp. 650-655

[10] Najafabadi M S, Khorasani M T 2012 [Modification of Polyurethane with Acrylamide by Plasma Radiation and its Cellular Investigations] (Biomedical & Pharmacology Journal vol 5(1)) pp. 71-76

[11] Gopalakrishnan S, Linda Fernando T 2011 [Studies on ageing performance of some novel polyurethanes] (Journal of Chemical and Pharmaceutical Research vol 3(2)) pp. 848-862
[12] Silverstein R, Bassler G, Morril T 1977 Spektrometricheskaya identifikaciya organicheskih soedinenij [Spectrometric Identification of Organic Compounds]. Moscow (Izdatel'stvo Mir) 592 p. (In Russian)